Study on Structural Failures and Remedial Measures

Dr.G.Baskar\textsuperscript{1} Research Guide
Associate Professor/Civil Engineering, Institute Of Road Transport And Technology, Erode -638 316, Tamil Nadu, India. J.Selvi\textsuperscript{2} M.E. (Ph.D), Professor/Civil Engineering, Annapoorana Engineering College, Periyaseeragapadi, Salem – 636 308, Tamil Nadu, India.

Corresponding Author: Dr.G.Baskar

Abstract: Structural failures are one of the important phenomena which should be very important to dealt with. Structural failures occur then and causing heavy damage to both property and human lives. Structural elements include beam, column, slab etc. The failure of the horizontal load bearing member beam is considered. The beams of Eighteen members were casted; keeping three as control specimens and others grouped into Five groups. All specimens are subjected to Failure load and Five methods of retrofitting were done. After the curing period the retrofitted elements were tested for Ultimate load bearing capacity. The values are tabulated and compared. The best method regarding high load bearing strength and lowest deflection were found out.

Key words: Structural failures; reasons; practical investigations; retrofitting materials; GFRP 225gsm; GFRP 400GSM; GFRP 300GSM; Jute Fiber; Steel Jacketing; Comparison; conclusion.

I. Introduction

In early days man used to live in huts which were constructed with the materials available in abundance in nature. But due to increase in population and the invention of new building materials, it becomes important to know about failures in structures and their remedial measures. Failures in construction are caused by deterioration of various building materials with age. Awareness about various agencies causing deterioration is essential to understand the problem and to find out the solution for it.

The history of failure of structures started from very olden time from 300A.D. and continues till date. Figure 1.1 shows the splitting of a tall structure into two portions in a vertical manner at Oogue at Siberia. One more example is the failure of World Trade Centre at New York by air crash.

![Figure 1.1 Splitting of a tall structure into two portions in a vertical manner at Oogue at Siberia](image-url)

Generally the structural failures are classified as Cracks, Damping, Leakage and Spalling. The reasons for failures may be due,

(i) Inferior quality of materials
(ii) Poor workmanship
(iii) Improper study
(iv) Weathering actions
The failures in building like Cracks, Dampness, Leakage and Spalling shows the weakness of building. That is the way of talking of a building to a Civil Engineer as a patient talks to a Doctor about his/her illness. So we have to take care of the buildings. Some of the examples of failures are shown the Figures 1.2, Figure 1.3 and Figure 1.4.

II. Methodology

Then beams of eighteen numbers are casted. After curing they were tested. They were tested for initial crack condition. To the cracked beams five methods of retrofitting is done. Then the repaired beams were tested up to ultimate failures. All the values are noted.

To cross check the experimental work, theoretical calculation is calculated in Limit State Design Method by the clauses which is stated under IS 456-2000 code and compared with the ultimate load which is obtained from the experimental test.

With the testing results of rehabilitated beams, various graphs will be plotted for comparisons like load vs. deflection, load comparison, deflection comparison are done.

And the ultimate load will be compared with the rehabilitated beam to conventional beam and the difference is plotted in bar chart as percentage of increment. All these process can be expressed in the form of following flow chart as in Figure 2.1.
Since in this project casting of beam and testing before and after failure are the important, beam moulds are casted in an Engineering work and brought to the place where the beams to be tested. Then the beams are tested. For this research work, rectangular beam is chosen for casting purpose. The size of the beam is 150 mm width and 200 depth with span of 1500 mm. Totally 5 repair methods are adopted, for each repair method 3 beams are casted and to check the ultimate load of the beam, 3 numbers of controlled beam is casted. Therefore totally 18 numbers of beam were casted. The grade of concrete is M25 and steel is Fe415. For concrete OPC 43 grade cement is used. Water cement ratio is 0.4.

The ultimate load carrying (mean) capacity of the beam is calculated as 65.33kN. The theoretical value of the beam is calculated as 61.60kN, when compared with the theoretical value to the experimental value, the beam is carrying 6% higher load than the theoretical value.

Rehabilitation Methods

Five methods of rehabilitation are for our flexural member. They are

- Method 1 – GFRP – Woven Roving 225 GSM
- Method 2 – GFRP – Woven Roving 400 GSM
• Method 3 – GFRP – Chopped Strand Mat300 GSM
• Method 4 – Jute Fiber
• Method 5 – Steel Jacketing Method
In every method 3 number of beam were tested and mean value is calculated.

3.1 Method -1: GFRP Woven Roving – 225 GSM
For rehabilitation purpose three number of beam where loaded until the initial crack is appeared, when the crack is appeared loading is stopped and rehabilitation is done.

The average mean cracking load is found to be 54kN.

After the appearance of the initial crack, loading was stopped and the specimen where rehabilitated with the E-Class Glass Fiber with 225GSM using the polyester resin. And the specimen is left for curing for 24 hours.

After curing the beams, they are tested for their ultimate load carrying capacity. The average value of the Ultimate load is 74kN.

When compared with the control Specimen to the rehabilitated beam the ultimate load has been increased 10.2%.

3.2 Method - 2: GFRP Woven Roving – 400GSM
From the result the mean cracking load is found to be 55.33kN.

After applying the Rehabilitation Material and after curing the beams are tested and the average vale is found to be 85.67 kN.

When compared with the control Specimen the ultimate load carrying capacity of the beam is increased 20.33kN, which is 31% of higher load carrying capacity than the controlled beam.

When comparing the deflection for both beams, rehabilitated beam has deflection of 16.73mm, which is 2.63mm higher than the control Specimen. Thus the rehabilitated beam deflects 18% higher than the controlled beam and carries 31% higher load than the control Specimen.

3.3 Method – 3: GFRP Chopped Strand Mat – 300 GSM
From the result the mean cracking load is found to be 53kN.

After applying the Rehabilitation Material and after curing the beams are tested and the average vale Ultimate load is found to be 71 kN.

When compared with the control Specimen the ultimate load carrying capacity of the beam is increased to 5.67kN. Thus the rehabilitated beam can carry 9% more load than the control Specimen.

When comparing the deflection for both beams, rehabilitated beam has deflection of 13.27mm only, which is 0.83mm lower than the controlled beam. In rehabilitated beam the deflection is reduced to 18% lower than the controlled beam.

3.4. Method – 4: Jute Fiber
From the result the mean cracking load is found to be 56.23kN.

After applying the Rehabilitation Material and after curing the beams are tested and the average vale is found to be 68.33kN.

The increased load carrying capacity is 3kN than the control specimen; this value seems that the increment of the load is much less.

3.5 Method – 5: Steel Jacketing Method
Like in all other method, here also the beam is tested for its cracking load first and then the beam is rehabilitated. The Mean values of three beams are found to be 52.33kN.

After rehabilitation by Steel Jacket Method the beams are tested for Ultimate Load and the mean value is found to be 111kN.

When comparing the ultimate load of the rehabilitated beam to the control Specimen the load carrying capacity of the rehabilitated beam is increased as 44.67kN. Thus the load carrying capacity of the load is increased 70% more than the controlled beam.

The deflection of the controlled beam is 14.1mm and the deflection of the rehabilitated beam is 11.9mm, which is lower than the controlled beam. In rehabilitated beam the deflection is reduced to 2.2mm, which is 16% lower than the controlled beam.

Load comparison for Rehabilitation method is as shown in Figure 3.1.
3.6 Deflection Comparison:
The deflection of the rehabilitated beams is compared with the control Specimen. The comparison is made and it is charted in Figure 3.2.

IV CONCLUSION

- The beam reaches the cracking load
  
  1. Control Specimen – 54kN
  1 Method – 54kN
  2 Method – 55.33kN
  3 Method – 53kN
  4 Method – 56.33kN
  5 Method – 52.33kN

- The beam reaches the Ultimate load
  
  1. Control Specimen – 65.33kN
  1 Method – 72 kN
  2 Method – 85.67kN
  3 Method – 71kN
  4 Method – 68.33kN
  5 Method – 111kN

- Load Comparison
As for as Strength is concerned Steel Jacket method is found to the best.

- Deflection Comparison

As per deflection concept Jute Fiber gives the lowest Deflection.

References
[3]. Severely corroded RC with cover cracking” Online Publication Date: 26 Apr 2012,
[4]. Strengthening and repair of RC beams using exterior steel plates” which is an Online Publication Date: 3 Sep 2012 the Author
[5]. Relative displacement sensing Techniques for post event structural damage assessment – review” by Li, H., Dong, S., El-Tawil, S., Kamat, V. which was Published on 10 September 2012 by : American Society of Civil Engineers,
[6]. Assessment of Steel Moment Frames Based on E-Defense Full-Scale Shake Table Collapse Tests” by Dimitrios g. A.M.ASCE/Lignos, Tsuyoshi Hikino2 and Masayoshi Nakashima M.ASCE1/Assistant Professor, Dept. of Civil Engineering and Applied Mechanics, McGill Univ., Montreal, QC, Canada H3A 2K6 (corresponding author). 2/Manager, Steel Structures Engineering Division, Nippon Steel Engineering Co., Ltd., Osaka Center Building, 1-5-1 Osaki, Shinagawa-Ku, Tokyo 141-8604, Japan; formerly, Researcher, E-Defense, National Research Institute for Earth Science and Disaster Prevention (NIED). 3/Manager, Steel Structures Engineering Division, Nippon Steel Engineering Co., Ltd., Tokyo, Japan; formerly, Researcher, E-Defense, National Research Institute for Earth Science and Disaster Prevention (NIED). 4/Professor, Disaster Prevention Research Institute (DPRI), Kyoto Univ., Uji, Gokasho, Uji, Kyoto 611-0011, Japan. Published: 10 March 2012
[7]. Simple Beam Model to Estimate Leakage in Longitudinally Cracked Pressurized Pipes” by Stefano Miranda1, LusiaMoliari2, Giulia Scalet1, and Francesco Ubertini 4 (1/Researcher, Dept. of Civil, Environmental and Materials Engineering, Univ. of Bologna, Viale Risorgimento 2, 40136 Bologna, Italy. 2/Researcher, Dept. of Civil, Environmental and Materials Engineering, Univ. of Bologna, Viale Risorgimento 2, 40136 Bologna, Italy (corresponding author). 3/Ph.D. Student, Dept. of Civil, Environmental and Materials Engineering, Univ. of Bologna, Viale Risorgimento 2, 40136 Bologna, Italy. 4/Professor, Dept. of Civil, Environmental and Materials Engineering, Univ. of Bologna, Viale Risorgimento 2, 40136 Bologna, Italy.)
[8]. The Study on strength and stiffness of RC beam retrofitted with GFRP Wrapping” by Dr. B. Shivakumara Swamy, Dr. S.Vijaya, Lokesh. A. Doddamani, Dr. Ambekar Institute of Technology, Bangalore, India.
[9]. Flexural Behavior of Reinforced Cement Concrete Beam Wrapped with GFRP Sheet” by D.N.Shinde, PudaleYojana.M, Nair Veena.V, Department of Civil Engineering, P.V.P.I.T.Budhgaon, Maharastra, India.
[10]. Strengthening of RC Beam Using GFRP Wraps” by T.Manikandan, G.BalajiPonraj, Department of Civil Engineering, PSNA College of Engineering and Technology, Dindugal, Tamil Nadu.,